Development of spacer fluids and cement slurries compositions for lining of wells at high temperatures

Seyyed Shahab TABATABEE MORADI¹, Nikolay I. NIKOLAEV²*, Tatiana N. NIKOLAeva²
¹Sahand University of Technology, Sahand, Iran
²Saint Petersburg Mining University, Saint Petersburg, Russia

Article is devoted to creation of new compositions of process solutions for lining of directional wells at high temperatures. Developed compositions provide high durability characteristics of cement stone. It is shown that with an increase in packing density of cementing slurry components durability characteristics increase and porosity and permeability of cement stone decrease, whereas an increase in temperature and pressure leads to a significant increase in compressive and bending durability, which is associated with presence of quartz in them.

It has been established that introduction of special structure-forming additives to the composition of developed cementing solutions allows formation of sedimentation-resistant cement systems that can provide an increase in durability characteristics of cement stone and, in general, quality lining of directional wells. Study of rheological properties of developed cementing compositions showed that the systems have high yield strength at increased temperatures and pressures.

Developed compositions of water-based spacer fluids increase the cleansing degree for both casing and rocks surfaces from mud and clay cake residues, which improves the cementing quality of oil and gas wells.

Mechanism for increasing the washing ability of spacer fluids and durability characteristics of cement stone, depending on composition and properties of their constituent components, is disclosed.

Key words: cementing; packing density; directional well; cement stone expansion; sedimentation stability; spacer fluid; washing ability

How to cite this article: Tabatabaee Moradi S. Sh., Nikolaev N.I., Nikolaeva T.N. Development of spacer fluids and cement slurries compositions for lining of wells at high temperatures. Journal of Mining Institute. 2020. Vol. 242, p. 174-178. DOI: 10.31897/PMI.2020.2.174

Introduction. High-quality lining of directional wells is ensured by use of spacer and cementing fluids, composition of which increases the degree of clay cake removal from wellbore and annulus integrity. Large amount of research has been performed in this regard [2, 6-9], however, little attention has been paid to effect of increased temperatures and pressures on properties of solutions. Therefore, aim of this work is to develop the composition of process fluids (spacer and cementing), providing an increase in sedimentation stability of cement slurry, durability of cement stone and its adhesion to rocks and casing, which leads to an increase in the quality of directional wells’ lining in conditions of high pressures and temperatures.

Methodology and discussion. Based on requirements for material, designed for cementing directional wells at high pressures and temperatures, basic cementing compositions have been developed:

| Solution sample | Components of composition, % |
|-----------------|------------------------------|
| 1               | PCT-I-100 (70), quartz sand (5), hematite (25) |
| 2               | PCT-I-100 (65), quartz sand (15), hematite (20) |
| 3               | PCT-I-100 (70), quartz sand (10), hematite (20) |
| 4               | PCT-I-100 (70), quartz sand (15), hematite (15) |
| 5               | PCT-I-100 (65), quartz dust (15), hematite (20) |
| 6               | PCT-I-100 (70), quartz dust (5), hematite (25) |
| 7               | PCT-I-100 (70), quartz dust (10), hematite (20) |
| 8               | PCT-I-100 (70), quartz dust (15), hematite (15) |

In these compositions, quartz sand and quartz dust provide high durability characteristics of cement stone, especially at high temperatures, and hematite – high density of cement slurry. Introduction of magnesium oxide into these compositions contributes to expansion of the cement stone and increase of its adhesion characteristics to steel, inclusion of a plasticizer (lignosulfonate) pro-
vides control of the cement slurry mobility, and introduction of a polymer (hypane) and a structure-forming additive (kaolinite) helps to create solutions that are resistant to sedimentation.

Determination of optimal packing density of the cement composition was carried out using mathematical model of Tufar [16].

Analysis of the results (Fig.1) shows that compositions 1, 2, 5, and 6 are optimal according to the value of the packing density and are selected as a base for further study. It is expected that high packing density of these systems will increase durability characteristics and reduce porosity and permeability of cement stone [1].

In order to eliminate precipitation of solid phase on lower wall of the wellbore and formation of water channels at upper wall during cementing directional wells, sedimentation-resistant cement slurries should be used [8]. In the investigated base compositions (1, 2, 5, 6), this property is ensured by introduction of hydrolyzed polyacrylonitrile (hypane) and kaolinite into them. Polymer helps to increase viscosity of the system and form adsorption shells on surface of solid phases, as a result of which total density of the system decreases, and, consequently, sedimentation rate decreases [5, 11]. Structure-forming additive of kaolinite gives the solution thixotropic properties. Kaolinite content in all base mixtures was 1%, and amount of hypane increased from 2.25 to 2.5, 3.0, and 3.25% of dry mixture in compositions 5, 6, 1, and 2, respectively. All developed cementing solutions had zero water loss at the indicated polymer and kaolinite concentrations.

However, presence of polymer in solutions can lead to their low mobility and limited use. Therefore, lignosulfonate (0.5-1% by weight of the binder) added to the base cementing solutions was chosen as a plasticizer [13]. Effect of additives used in the cementing compositions on their rheological properties was studied under conditions of high pressures and temperatures (\(P = 1.38\) MPa, \(T = 170\) °C). Results of the study (Fig.2) show that the systems have high yield strength at increased temperatures and pressures. Properties of the base composition 5 turned out to be better than the rest, due to its high packing density and degree of mobility.

To ensure reliability of well lining during entire operational period, cement stone should have high durability characteristics during well construction at high pressures [12]. Durability characteristics were studied on mixture samples 1, 2, 5, and 6 under normal conditions, as well as at a pressure of \(P = 4\) MPa and a temperature of \(T = 160\) °C. According to presented results (Fig.3) it can be said that cementing compositions with high density and compact packing (5 and 1) under normal conditions are more durable during compression and bending tests. An increase in temperature and pressure leads to an increase in their compressive durability by an average of 33% and bending durability by 25%, due to presence of quartz sand (compositions 1 and 2) and quartz dust in composition 5. Under normal conditions, quartz is practically an inert component, and at increased temperatures it actively reacts with hydroxides, hydroaluminates and calcium hydroxide. Under these conditions, more stable crystalline hydrates form [15, 17].
Low adhesion characteristics and shrinkage of cement stone during hardening lead to a lack of good adhesion to the casing and the walls of the well. Therefore, magnesium oxide (MgO) was used as an expanding additive in developed cementing compositions. Results of study, dedicated to determining the adhesion of cement stone to steel and its expansion, show (Fig. 4) that cementing composition 5, which has the highest packing density, also has the highest shrinkage deformation. Introduction of magnesium oxide additive in an amount of 2% by weight of dry cement mixture contributes to expansion of cement stone to an average of 0.3%, as well as to an increase in its adhesive characteristics to an average of 5%. However, an increase in MgO content of more than 2% can lead to a decrease in the durability characteristics of the stone, which is typical for most expanding additives [3].

Quality of well cementing is also significantly affected by degree of drilling mud displacement from the annulus, which is enhanced by the use of special spacer fluids. In most cases, water treated with various types of surfactants is used as a spacer liquid. Under conditions of high pressures and temperatures it is not able to perform its functions [4, 6, 10]. For this, formulations of weighted spacer liquids were developed and their washing ability was investigated. Compositions and density of spacer fluids:

| Composition sample | Components of composition, % | Density, kg/m³ |
|--------------------|-------------------------------|---------------|
| 1                  | Water (57), hypane (7), hematite (36) | 1600          |
| 2                  | Water (59), hypane (8), hematite (33) | 1550          |
| 3                  | Water (59.5), CMC (0.5), hematite (40) | 1750          |
| 4                  | Water (65.9), CMC (0.5), hematite (30), hypane (3,6) | 1500          |

Introduction of hematite in the composition of the spacer fluid can significantly increase density to 2600 kg/m³, which is necessary to ensure hydrostatic equilibrium in the wellbore-formation system [18].

Washing ability of spacer fluids depends on their composition and is determined by cleansing degree of the casing surface from drilling mud residues and removal of clay cake from the walls of the borehole and cement stone.
Developed weighted spacer fluids contain 0.5% of various surfactants: OP-10 (non-ionic class), AB catamine (cationic class) and sodium dodecyl sulfate (anionic class). Analysis of Fig. 5 shows that compositions of spacer fluids containing hypane as a polymer (1 and 2), have a greater washing ability than the rest. Compositions 3 and 4 containing CMC have high viscosity, which reduces their effectiveness.

Spacer fluid of composition 2 containing OP-10 was additionally tested for its ability to remove clay cake from different surfaces. It was experimentally established (Fig. 6) that efficiency of removing residual drilling mud from surface of rocks is on average 25% less than from surface of the casing string's metal. This is due to strong roughness of the rocks, which reduces the washing ability of the spacer fluid.

It is known that introduction of quartz sand into the composition of the spacer fluid can facilitate the transfer of the process fluids' flow regime in the annulus from laminar to turbulent [2, 14]. Therefore, influence of additives up to 5% quartz sand on washing properties of spacer fluids with a 0.5% concentration of OP-10 was evaluated (Fig. 7).

Presented results show that presence of quartz sand in the spacer liquid increases its washing ability by an average of 10%, which is caused by turbulence in the flow at low speeds.

**Conclusion.** As a result of experimental study, composition of the process fluid was substantiated, which allows improving the quality of directional wells' lining at high pressures and temperatures. Developed cementing mixture is optimal in terms of its basic structural and rheological, physical and mechanical properties and includes Portland cement PCT I-100, quartz dust, MgO, hypane stabilizer, lignosulfonate plasticizer, hematite weighting agent and kaolinite structure-forming additive.

Developed water-based spacer fluid, which includes hypane, hematite, OP-10 and quartz sand, helps to increase degree of drilling mud displacement and its replacement with cement, and also helps to remove clay cake from the surface of the wellbore.

**REFERENCES**

1. Belov V.V., Obraztsov I.V. Calculation of dense particle packings in mixtures of finely-dispersed components. Sukhie stroitel'nye smesi. 2014. N 3(41), p. 32-35 (in Russian).
2. Burdyga V.A. Development of new compositions of spacer fluids for oil wells lining at the fields of Middle Ob region. Stroitelstvo neftyanikh i gazovikh skvazhin na sushe i na more. 2005. N 9, p. 59-60 (in Russian).
3. Gazizov Kh.V., Malikov E.L., Pereskokov K.A. Experience in the use of cementing materials with expanding properties during sidetracks cementation. Burenie i neft. 2012. N 11, p. 38-39 (in Russian).
4. Gilyazov R.M. Sidetracking oil wells drilling. Moscow: Nedra-Biznestsentr, 2002, p. 255 (in Russian).
5. Kozevnikov E.V., Nikolaev N.I., Melekhin A.A., Turbakov M.S. Investigation of cement slurries properties for lining of oil wells with an extended horizontal section, drilled using rotary controlled systems. Neftyanoe khoziaistvo. 2015. N 9, p. 58-60 (in Russian).
6. Kuksov A.K., Medentsev V.M., Shamina T.V. Low-viscosity washing spacer fluids. Stroitelnstvo neftyannykh i gazovyykh skvazhin na sushe i na more. 1999. N 9, p. 15-17 (in Russian).
7. Litvinko V.S., Dvoinikov M.V. Justification of the technological parameters choice for well drilling by rotary steerable systems. Journal of Mining Institute. 2019. Vol. 235, p. 24-29. DOI: 10.31897/PML.2019.1.24
8. Nikolaev N.I., Khoya Lyu. Results of cement-to-rock contact study. Zapiski Gornogo instituta. 2017. Vol. 226, p. 428-434. DOI: 10.25515/PML.2017.4.428
9. Ryabokon S.A., Ashrafyan M.O., Grinko Yu.V. Sedimentation resistant cementing compositions for cementing horizontal and shallow wells. Neftyanoe khoziaistvo. 2003. N 4, p. 98-101 (in Russian).
10. Savoskin S.V., Shvedova I.N. Directional exploratory drilling: advantages, problems and solutions. Geologiya, geografiya i globalnaya energiya. 2014. N 4 (55), p. 57-68 (in Russian).
11. Tabatabae Moradi S.Sh., Nikolaev N.I. Development of sedimentation resistant weighted cementing compositions for lining of directional wells. Stroitelnstvo neftyannykh i gazovyykh skvazhin na sushe i na more. 2016. N 2, p. 39-41 (in Russian).
12. Tabatabae Moradi S.Sh. Cementing solutions for lining of directional wells. Novye idei v naukakh o zemle: Doklady XII mezhdunarodnoi nauchno-prakticheskoi konferentsii. Moskva: Rossisskii Gosudarstvennyi Geologorazvedochnyi universitet, 8-10 aprelia, 2015. Vol. 2. Moscow: MGRI-RGGRU, 2015, p. 174-175 (in Russian).
13. Akchurina D.Kh., Safarov A.Kh., Pashpekina I.V., Nasyrova L.A., Yagafarova G.G. Environmental safety of drilling muds based on lignosulfonates. Neftegazovoe delo. 2014. Vol. 2. N 1, p. 179-182 (in Russian).
14. Biezen E., van der Werff N., Ravi K. Experimental and numerical study of drilling fluid removal from a horizontal wellbore. SPE annual technical conference and exhibition, 2000, 1-4 October, Dallas, Texas, USA, 2000, p. 14. SPE-62887-MS.
15. Souza P.P., Soares R.A., Anjos M.A., Freitas J.O., Martinelli A.E., Melo D.F. Cement slurries of oil wells under high temperature and pressure: the effects of the use of ceramic waste and silica flour. Brazilian journal of petroleum and gas. 2012. Vol. 6. N 3, p. 105-113.
16. Femmis S.A.A.M., Walraven J.C. Using particle packing technology for sustainable concrete mixture design. Heron, 2012. Vol. 57. N 2, p. 73-101.
17. Gibson S.A. Novel solution to cement strength retrogression. SPE/IADC Drilling Conference and Exhibition, 2011, 1-3 March, Amsterdam, The Netherlands, 2011, p. 7. SPE 138852. DOI: 10.2118/138852-MS
18. Tabatabae Moradi S.Sh., Nikolaev N.I. Optimization of Cement Spacer System for Zonal Isolation in High-Pressure High-Temperature Wells. SPE Russian Oil and Gas Exploration and Production Technical Conference and Exhibition, 2014, 14-16 October, Moscow, Russia, 2014, p. 9. SPE 171282-MS. DOI: 10.2118/171282-MS

Authors: Seyyed Shahab Tabatabae Moradi, Candidate of Engineering Sciences, Assistant Professor, stabatabae@sut.ac.ir (Sahand University of Technology, Sahand, Iran), Nikolai I. Nikolaev, Doctor of Engineering Sciences, Professor, nikimik@mail.ru (Saint Petersburg Mining University, Saint Petersburg, Russia), Tatiana N. Nikolaeva, Candidate of Geological and Mineralogical Sciences, Associate Professor, t_nikol56@mail.ru (Saint Petersburg Mining University, Saint Petersburg, Russia).

The paper was received on 14 May, 2019. The paper was accepted for publication on 3 March, 2019.